Magnetic structure of the high temperature superconductor Gd$_{1-x}$Th$_x$FeAsO

N. R. Lee-Hone,1 D. H. Ryan,1,a) J. M. Cadogan,2 Y. L. Sun,3 and G. H. Cao3

1Physics Department and Centre for the Physics of Materials, McGill University, 3600 University Street, Montreal, Quebec H3A 2T8, Canada
2School of Physical, Environmental and Mathematical Sciences, UNSW Canberra at the Australian Defence Force Academy, Canberra, BC 2610, Australia
3Department of Physics, Zhejiang University, Hangzhou 310027, People’s Republic of China

(Submitted 6 November 2013; received 20 September 2013; accepted 21 October 2013; published online 27 January 2014)

The magnetic structure of the high temperature superconductor Gd$_{1-x}$Th$_x$FeAsO ($x = 0.25$) has been determined by neutron powder diffraction. The Gd moments were found to order at $T_N \sim 4$ K and to lie in the basal plane, and form alternating ferromagnetic sheets along the $c$-axis. The orientation of the gadolinium moments in both the doped and undoped compounds has been confirmed using $^{155}$Gd Mössbauer spectroscopy. © 2014 AIP Publishing LLC [http://dx.doi.org/10.1063/1.4862938]

I. INTRODUCTION

The LnFeAsO ($Ln =$ lanthanide, La-Er) family of materials came under investigation following the discovery of superconductivity at 26 K in LaFeAsO$_{1-x}$F$_x$.1 Subsequent studies found that Gd$_{1-x}$Th$_x$FeAsO has one of the highest superconducting transition temperatures for this system, with $T_{c onset} = 54.4(1)$ K for $x = 0.16$2 and $T_{c onset} = 56$ K for $x = 0.2$.3 Lumsden and Christianson4 provide an excellent review of the LnFeAsO system.

The iron-based oxypnictide superconductors and their parent compounds crystallize at room temperature in the tetragonal ZrCuSiAs-type structure ($P4/nmm$, No. 129). Undoped LnFeAsO compounds undergo a transition from the tetragonal structure to an orthorhombic structure (Cnma, No. 67) around 150 K.5–10 Doping has been shown to suppress the transition and to allow the development of superconductivity.5–9

In the high temperature tetragonal phase, the Gd site has 4mm point symmetry, forcing the principal ($z-$) axis of the electric field gradient (efg) tensor to be parallel to the crystallographic $c$-axis and the asymmetry parameter $\eta$, to be zero.11 While these constraints are both relaxed below the structural transition temperature as the point symmetry of the Gd site drops to mmm,7,8 it is unlikely that the $efg$ changes in any significant way as the structural distortion is extremely small,10 so we expect $z \parallel c$ and $\eta \approx 0$ in both forms.

As the thermal neutron absorption cross section of natural gadolinium is extremely large ($\sim 49700$ b), the only previous attempt to determine the magnetic structure of the Gd sublattice relied on $^{155}$Gd Mössbauer spectroscopy.2 They reported $\eta$ close to 1, with the Gd moments $\sim 45^\circ$ away from the $efg$ $z$-axis. If $z$ remains parallel to the $c$-axis as expected, this places the Gd moments at $\sim 45^\circ$ off the $c$-axis. All other LnFeAsO compounds exhibit either $c$-axis or basal plane ordering,6–8,12 so canted ordering of GdFeAsO seems unlikely, especially given the generally low anisotropy of the Gd$^{3+}$ ion.

Here, we present direct measurements of the magnetic ordering of Gd$_{1-x}$Th$_x$FeAsO ($x = 0.25$) by thermal neutron powder diffraction using a large-area flat-plate sample holder.13 We find that the moments order in the basal plane ($90^\circ$ from the $c$-axis). $^{155}$Gd Mössbauer measurements were also performed as an independent verification of the magnetic ordering deduced by neutron diffraction.

II. EXPERIMENTAL METHODS

The polycrystalline samples used in this study were prepared by a solid state reaction in an evacuated quartz tube, with high purity starting materials. The full details of the sample preparation have been presented elsewhere.3

The neutron diffraction experiments were carried out at a neutron wavelength of 1.3286(1)Å on the C2 multi-wire diffractometer (DUALSPEC) at the Canadian Neutron Beam Center, Chalk River, Ontario. A large area silicon flat-plate sample holder13 was used to minimise the effects of absorption by the natural Gd in the sample. Rietveld refinement of the neutron patterns was done using the Fullprof/WinPlotr suite.14,15 No absorption correction was applied, however, the neutron data were truncated at $2\theta = 52^\circ$ to minimize the impact of angle-dependent absorption effects.

The $^{155}$Gd Mössbauer samples were mounted in a vertical helium flow cryostat16 and the spectra were fitted using an exact solution to the full Hamiltonian.17

III. NEUTRON DIFFRACTION

Long-duration powder neutron diffraction patterns were obtained at 1.75 K and 6 K, and short-duration patterns at temperatures in between. Fitting the temperature dependence of the (001) magnetic peak intensity (Fig. 1) with a squared $J = \frac{7}{2}$ Brillouin function yields transition temperatures of 4.2(1) K and 3.7(1) K for the Gd sublattices in the undoped and doped samples, respectively.

A LeBail refinement with multiple excluded regions was performed on the 6 K patterns to obtain the lattice parameters necessary for indexing the magnetic peaks. The excluded regions were chosen by looking at the pattern calculated by

---

*a)Author to whom correspondence should be addressed. Electronic mail: dhryan@physics.mcgill.ca.
Powder Cell\textsuperscript{18} and excluding regions containing unexpected features. Possible impurity phases include GdAs, FeAs, and As\textsubscript{2}O\textsubscript{3}. Due to the small size of the structural distortion, the refinements were carried out with the $a$ and $b$ lattice parameters constrained to be equal. Rietveld analysis was then used to set the nuclear scale factor so that gadolinium moments could be determined from the difference patterns. Simulations showed that any magnetic peaks from the iron ordering in GdFeAsO would be less than 1\% of the intensity of the nuclear peaks and so it was not included in our analysis.

As we were primarily interested in the magnetic structure of the Gd sublattice, we took the difference between the 1.75 K and 6 K patterns. The Fe sublattice orders at 128 K,\textsuperscript{19} GdAs orders at $\frac{1}{C_{2v}}$ 19 K,\textsuperscript{20} and FeAs orders at 69.6(1) K.\textsuperscript{21} These ordering temperatures are well above the transition temperature of the Gd sublattice determined above. The resulting patterns (middle and bottom panels of Fig. 2) thus contain little or no contribution from impurity phases or from the Fe sublattice.

All magnetic peaks can be indexed with the commensurate propagation vector $k = [0, 0, 0]$. In order to consider all possible magnetic structures allowed for GdFeAsO, we carried out Representational Analysis for the Gd site using BasIreps.\textsuperscript{14,15} Ferromagnetic arrangements were discarded on the basis of previous susceptibility measurements that clearly show antiferromagnetic behaviour.\textsuperscript{2,3} The remaining three irreducible representations align the moments with the three crystallographic axes.

The (001) and (002) magnetic peaks are the strongest contribution to the difference patterns in the middle and bottom panels of Fig. 2 so that $c$-axis ordering can be ruled out. As we cannot resolve the orthorhombic distortion here, $a$ and $b$ remain equivalent and we are limited to describing the magnetic ordering as “basal plane.” Final refinements are shown by the solid line in the middle and bottom panels of Fig. 2.

The Gd moments lie in the basal plane and form alternating ferromagnetic planes along the $c$-axis. Basal ordering is also observed in CeFeAsO and NdFeAsO but the alternating ferromagnetic planes are not observed in other members of the LnFeAsO system. In GdFeAsO, the moments are $\mu_{Gd} = 6.0(1) \mu_B$ at 1.75 K, which extrapolates to 6.7(1) $\mu_B$ at $T = 0$ K, close to the expected value of 7 $\mu_B$. For Gd\textsubscript{0.75}Th\textsubscript{0.25}FeAsO, the moments are $\mu_{Gd} = 5.45(8) \mu_B$ at 1.75 K, which extrapolates to 6.1(1) $\mu_B$ at $T = 0$ K.
Both neutron powder diffraction and $^{155}$Gd Mössbauer spectroscopy measurements show that the Gd moments in Gd$_{1-x}$Th$_x$FeAsO ($x = 0, 0.25$) order in the basal plane.

### ACKNOWLEDGMENTS

Financial support for various stages of this work was provided by the Natural Sciences and Engineering Research Council of Canada and Fonds Québécois de la Recherche sur la Nature et les Technologies. J.M.C. acknowledges support from the University of New South Wales, Australia. We gratefully acknowledge the assistance of Raghu Rao and Robert Speranzini in arranging for the activation of the $^{155}$Gd Mössbauer source in the National Research Universal (NRU) reactor, which is operated by Atomic Energy of Canada, Ltd., at Chalk River, Ontario. Some of the $^{155}$Gd Mössbauer measurements were made by C. J. Voyer (McGill).